Coherent optical and acoustic phonon generation correlated with the charge-ordering phase transition in La$_{1-x}$Ca$_x$MnO$_3$

D. Lim,$^1$ V. K. Thorsmølle,$^1$ R. D. Averitt,$^1$ Q. X. Jia,$^1$ K. H. Ahn,$^2$ M. J. Graf,$^1$ S. A. Trugman,$^1$ and A. J. Taylor$^1$

$^1$Los Alamos National Laboratory, Los Alamos, New Mexico 87545, USA
$^2$Advanced Photon Source, Argonne National Laboratory, Argonne, Illinois 60439, USA

(Received 29 October 2004; revised manuscript received 14 January 2005; published 8 April 2005)

We have observed coherent optical and acoustic phonon generation, which are strongly coupled to the charge-ordering (CO) transition in La$_{1-x}$Ca$_x$MnO$_3$ ($x=0.5, 0.58$) using femtosecond optical pump-probe spectroscopy. Coherent optical phonons, observed at low temperatures, disappear above the charge-ordering temperature $T_{CO}$, while coherent acoustic phonons display the opposite behavior, disappearing gradually below $T_{CO}$. Coherent optical phonons are generated by the displacive excitation mechanism where their coupling to the photoexcited charge carriers is enhanced by the structural change corresponding to the CO phase transition. The oscillation frequency for the coherent acoustic phonon depends on the probe wavelength, which is consistent with the propagating strain pulse mechanism. The dramatic change of lattice constants across the charge-ordering transition explains the overall temperature dependence of the coherent acoustic phonon amplitude.

DOI: 10.1103/PhysRevB.71.134403 PACS number(s): 75.47.Lx, 78.47.+p, 71.38.–k, 63.20.Kr

I. INTRODUCTION

The hole-doped manganites $R_{1-x}A_x$MnO$_3$ (where $R$ is a trivalent rare-earth ion and $A$ is a divalent alkaline earth) with perovskite structure have been intensively studied since the rediscovery of colossal magnetoresistance in these compounds.$^1$ These materials offer rich physical relations can exist even above the CO transition.$^6$ Femtosecond optical spectroscopy complements conventional optical methods since the electron, phonon, and spin dynamics can be directly resolved in the time domain.$^7$ For example, the evolution of the charge and orbital degrees of freedom in the charge-ordering manganites, following optical excitation, has been successfully studied using optical pump-probe spectroscopy.$^8,9$ However, these experiments were performed with high laser pump fluences, leading to complete melting of the charge-orbital ordering and the formation of long-lived intermediate metastable states. Also, due to the relatively long pulse duration, it was not possible to generate and detect the coherent excitation of lattice or charge order. Here, we present a low-fluence ultrafast optical pump-probe study of coherent optical and acoustic phonons coupled to the charge- and orbital-ordered phases of La$_{1-x}$Ca$_x$MnO$_3$ ($x=0.5, 0.58$).

II. EXPERIMENT

La$_{1-x}$Ca$_x$MnO$_3$ (LCMO) thin films of thickness $\sim 100$ nm with doping $x=0.5, 0.58$ were grown on MgO substrates by pulsed laser deposition (PLD). The PLD used a XeCl excimer laser. The substrate temperature and oxygen pressure for LCMO growth were initially optimized in terms of structure and resistivity, and were maintained at 825 °C and 400 mTorr, respectively. High crystalline LCMO films on MgO were confirmed by x-ray diffraction $\theta$-2$\theta$ scans, rocking curves, and pole figures. Samples grown by laser-pulse deposition method have been known to have a high structural quality beyond the $\sim 2$-nm thick interfacial layer, and also possess bulklike macroscopic properties.$^{10}$ The sample was placed inside a liquid-He-cooled cryostat with temperature capability from 7 to 400 K. Short $\sim 35$-fs pulses centered at 800 nm from a Ti:sapphire oscillator were split using a beam splitter into pump and probe arms. The pump-induced change in the reflectance ($\Delta R/R$) of the sample was measured as a function of a pump-probe delay time using a mechanical delay line. In the experiments, the pump and probe beams were cross polarized to minimize coherent artifacts and noise due to pump scatter. The pump fluence was kept below 20 $\mu$J/cm$^2$ to prevent irreversible melting of the charge ordering. To study the probe wavelength dependence, a tunable optical parametric ampli-
fier operating at a 250-kHz repetition rate was used in a separate setup.

III. RESULTS AND DISCUSSION

In Fig. 1, pump induced changes in the differential reflectivity of LCMO for \( x = 0.58 \) are plotted for \( \La_{1 - x} \Ca_x \MnO_3 \) with increasing temperature. We clearly observe periodic oscillations with periods of hundreds of femtoseconds and tens of picoseconds for some of the temperatures. At low temperatures, the oscillation with period (frequency) of \( \approx 450 \text{ fs} \) \( (\approx 74 \text{ cm}^{-1}) \) can be observed quite clearly. These oscillations are short lived, dephasing in a few picoseconds. Interestingly, when we increase the temperature of the sample, this oscillation disappears within the given signal-to-noise ratio. The amplitude of the periodic oscillation is plotted in Fig. 2 for both samples. With increasing temperature, both show an abrupt decrease of the oscillation amplitude in the vicinity of the charge-ordering temperature, although the change is more abrupt for the \( x = 0.58 \) sample. This indicates a strong coupling of the periodic oscillation to the underlying charge-ordering phase transition.

The slower oscillation period of \( \approx 18 \text{ ps} \) exhibits the opposite temperature-dependent behavior upon crossing \( T_{\text{CO}} \). The slower oscillation, not observable at low temperatures in the CO phase, appears at approximately 100 K, and increases steadily until it saturates as can be seen in Fig. 3. Interestingly this oscillation disappears rather suddenly around 20 ps delay.

A. Coherent optical phonon generation coupled to charge-ordering transition

We will discuss the faster periodic oscillation which is strongly coupled to the charge-ordering transition first. In the charge-ordered phase, there are many collective excitations which might be excited by a short optical pulse, such as phonons, charge-density waves, magnons, or the recently claimed orbiton.\(^{11}\) The excitation frequency of charge-density waves is much lower than the one observed in our experiment and can be observed only at lower temperatures. Magnon excitation is not likely since it simply cannot persist up to the temperatures we have measured. On the other hand, coherent phonon generation is a definite possibility and it has been observed in many transition-metal oxides.

Coherent optical phonons, which appear in pump-probe spectroscopy, are Raman active. Therefore, if our data are related to coherent optical phonon generation, the corre-
sponding optical phonon mode should show up in conventional Raman spectra. Indeed, an $A_g$ Raman mode with a similar frequency has been observed in many doped manganites that have an orthorhombic structure.\textsuperscript{12–16} Specifically, similar frequency has been observed in many doped manganites.\textsuperscript{14} It has been proposed to be related to the structural change across the CO phase transition from the high-symmetry space group $Imma$ to $P2_1/m$ (often simplified to $Pmna$). If this is the case for our experimental results, then the sudden onset of an $A_g$ mode of coherent optical phonon is related to the lowered symmetry in the charge-ordered phase. However, it is feasible that this $A_g$ mode is not related to the doubling of the unit cell, since in La$_{0.5}$Ca$_{0.5}$MnO$_3$ a similar low-frequency $A_g$ mode exists even when no charge ordering occurs.\textsuperscript{15,16} Therefore the $A_g$ optical phonon mode could be Raman active at all temperatures for hole doped LCMO, and the onset of the $A_g$ mode does not necessarily come from a simple symmetry change.

Here we discuss a generation mechanism of coherent optical phonons through a structural change induced by the charge ordering. For LCMO above $T_{CO}$, the tilt of the MnO$_6$ octahedra and Jahn-Teller distortion form a superstructure of the cubic perovskite structure. Of the total 60 $\Gamma$-point phonon modes, only 24 ($7A_g+5B_{1g}+7B_{2g}+5B_{3g}$) are Raman active. In the low-temperature CO phase, charge is ordered in the ac plane, forming a superstructure with doubled lattice parameters (space group $P2_1/m$). In analyzing the Raman modes of this low symmetry phase, octahedral tilts were often ignored to make the analysis possible. This simplified structure (space group $Pmna$), has 21 Raman-active phonon modes ($7A_g+2B_{1g}+7B_{2g}+5B_{3g}$) compared to the 54 Raman-active modes of the lower symmetry space group $P2_1/m$.\textsuperscript{12}

The $A_g$ phonon mode, observed in our experiment, has been interpreted as a rotating (external) mode of the MnO$_6$ octahedra.\textsuperscript{11} But a Raman study using oxygen isotopes showed almost no change of the frequency with respect to the isotope, and it was proposed that the phonon mode is related to the vibration of the cation (La) in the $z$ direction rather than the rotating mode.\textsuperscript{15}

The question remains as to what is responsible for the strong correlation between the CO transition and coherent optical phonon generation. We believe that it is the structural change accompanying the charge ordering and the rearrangement of atoms within the unit cell. The structural change of the manganite La$_{0.5}$Ca$_{0.5}$MnO$_3$ studied by x-ray diffraction shows that the CO transition is accompanied by a dramatic change of the lattice parameters along all three axes.\textsuperscript{4} Although the transition itself is believed to be first order, the lattice constants $a$, $c$ increase while $b$ decreases over a broad temperature range, 150–240 K possibly due to sample inhomogeneity. Furthermore, the region of the steepest change displays a continuous distribution of lattice parameters, or possibly mixed phases. During this structural change, equilibrium atomic positions change dramatically, displacing Mn$^{4+}$O$_6$ octahedra ($\Delta c$) and La ($\Delta c'$) atoms.

Displacive excitation of coherent phonons (DECP) has been observed in many materials including high-$T_c$ superconductors.\textsuperscript{17,18} When a short laser pulse creates electrons and holes in the charge-ordered manganites, electrons are excited from the Mn$^{3+}$ to Mn$^{4+}$ sites and the positions of the atoms are no longer in equilibrium. Since charge ordering is coupled to the rearrangement of atoms, the coupling of the photoexcited electrons and the lattice forces the atoms to move to new equilibrium positions, thus triggering the coherent motion of Mn, O, and La. In this way, the optical coherent phonon with $A_g$ mode (La atoms moving in the $z$ direction) can be coherently excited. Other coherent phonons of $A_g$ symmetry can also be initiated through the same mechanism, but their frequencies are too high to be observed in our experiment.

The strength of coupling of the excited carriers and the $A_g$ phonon mode should strongly depend on the displacements of internal positions of the atoms due to the charge-ordering transition. This explains a striking similarity between the amplitude of the coherent phonon oscillations observed in our experiment and the structural change upon passing through the charge-ordering transition.\textsuperscript{4} CO transition temperatures of bulk CO manganite showed ~20-K difference depending on whether the sample is heated or cooled during the measurement. The coherent optical phonon amplitude change of our $x=0.5$ sample, measured while increasing the sample temperature, is centered around 200 K, and the transition temperature is very close to that of the structural change of bulk La$_{0.5}$Ca$_{0.5}$MnO$_3$, measured while heating the sample.

Figure 2 also reveals a slight difference for samples $x=0.5$ and $x=0.58$. The change of the coherent phonon amplitude with temperature is more abrupt in the case of $x=0.58$ compared to $x=0.5$. This may indicate that there are stronger CO fluctuations in the half doped mixed manganite due to the competition between the metallic and the CO phases.

### B. Coherent acoustic phonon generation coupling to the CO phase

Low-frequency impulsive excitation by short laser pulses have been observed and reported for coherent excitation of magnons,\textsuperscript{19} charge-density waves,\textsuperscript{20} and acoustic phonons,\textsuperscript{21–24} which are all possibilities for the antiferromagnetic CO manganites. However, the slow oscillation is observed above the CO temperature, which excludes the possibility of magnetic or charge-density wave origin, since the long-range ordering disappears above $T_{CO}$. We will show that the slow oscillation indeed originates from coherent acoustic phonons, which follows the propagation strain pulse mechanism.

Several mechanisms of coherent acoustic phonons have been reported previously. In the propagating strain pulse mechanism, proposed by Thomsen et al.,\textsuperscript{21} a propagating strain pulse is generated by a stress gradient near the surface due to the finite absorption depth of the laser pulse. A periodic oscillation is observed in the reflectance, originating from the interference of the probe beams reflected from the interfaces defined by the crystal surface and the propagating strain pulse. The distinct characteristic of this mechanism is that the oscillation period $\tau_p$ depends on the probe wavelength—that is, $\tau_p \propto \lambda_{probe}/2\pi v_s$, ($v_s$ is the sound velocity, $n$ is the refractive index at the probe wavelength). The
to generate coherent acoustic phonons in the form of an impulsive strain “pulse.” Calculating the stress induced by the sudden rise of the temperature of electrons and phonons is a formidable task. Here we will make an assumption that the stress is proportional to the difference of the equilibrium lattice constants at temperatures before and after optical excitation. For our experiments, the lattice parameter $b$, which is normal to the surface, is the most relevant parameter, since we are dealing with a strain pulse propagating in the $z$ direction, which is coupled to stress in the $b$ direction. So, only the temperature-dependent lattice constant $b$ (along the $z$ direction) will be considered in our discussion. The stress induced by photon absorption is expected to be roughly proportional to the changes in lattice constants due to the increased temperature. The manganeseite that we have studied have orthorhombic structure below the charge-ordering temperature with three lattice constants, $a \sim 2\sqrt{2}a_0$, $c \sim 2\sqrt{2}a_0$, $b \sim 2a_0$, where $a_0$ is the basic Mn-Mn distance of about 4 Å.\(^{11}\) The temperature dependence of the three lattice constants is most prominent around the charge-ordering temperature,\(^4\) which we believe is the origin of the large coherent acoustic phonon amplitude near $T_{CO}$. Since we keep the laser fluence $Q$ constant at different temperatures, the change in temperature $\Delta T$ near the surface due to the absorption of a laser pulse, is proportional to $Q/(C(T)$, where $C(T)$ is the specific heat.\(^{25}\) Then the changes in lattice constants (for example $b$) due to heating $\Delta b \propto |db(T)/dT|/C(T)$, which is shown in Fig. 3 with a constant scale factor to fit the data. In spite of the assumptions made in the model, it reasonably reproduces the general behavior of the data: (i) a peak near $T_{CO}$ and (ii) the disappearance of the coherent acoustic phonons at low temperatures, which comes from the vanishing of the derivative of lattice parameter $b$ below the charge-ordering temperature. Above $T_{CO}$, the experimental data show signs of a decrease of the amplitude as $T$ increases, in spite of the large scatter due to the difficulty of the measurement. This feature has been captured in the calculation, although with a more pronounced decrease.

We believe this originates from our simplified assumption. Above all, our thin film is grown on a substrate, which constrains the lattice constants $a$ and $c$ along the surface. This, in turn, will affect the temperature dependence of lattice constant $b$, making it deviate from the experimental result of a single crystal. Also, although the x-ray diffraction showed a film with the $b$ axis pointing in the direction of the surface normal, some domains with different crystal directions can grow during the deposition of the film. The use of crystal lattice constant data on a thin-film sample may be the main reason for the discrepancy. Second, the oscillation amplitude is not just a function of the coherent acoustic phonon amplitude. The optical probe at 1.55 eV does not measure the coherent phonon amplitude directly, but through the changes in the refractive index $n$ and the extinction coefficient $k$ induced by the coherent acoustic phonon. Since there is significant spectral weight shift in the absorption spectrum that occurs when opening a charge-ordering gap, the effective change of $n$ and $k$ values at the probe photon energy for the same coherent acoustic phonon amplitude can change with temperature. This effect can mask the actual temperature de-
dependence of the coherent acoustic phonon amplitude. In any case, the overall agreement of the calculated result with the experimental data indicates that the acoustic coherent phonon generation is most likely coupled to the structural changes which occur across the CO transition.

IV. CONCLUSIONS

In conclusion, we have observed coherent acoustic and optical phonon generation, which is strongly coupled to the charge-ordering phase transition. In addition, we have described a mechanism for which a Raman-active, coherent $A_{1g}$ phonon mode can be generated in the CO phase by a dispersive excitation mechanism. On the other hand, the observed acoustic coherent acoustic phonon disappears below the charge-ordering temperature. The vanishing of the acoustic amplitude at low temperatures is in agreement with the strain pulse mechanism and highlights the strong coupling between the acoustic vibrations and the structural changes that occur across the charge-ordering transition.

ACKNOWLEDGMENT

This work was supported by the Los Alamos National Laboratory Research and Development Program and the US Department of Energy.